AMBIENT-TEMPERATURE SYNTHESIS, EVOLUTION, AND CHARACTERIZATION OF COBALT-ALUMINUM HYDROTALCITE-LIKE SOLIDS

HILLARY A. THOMPSON,1,‡ GEORGE A. PARKS,1 AND GORDON E. BROWN, JR.1,‡

1 Department of Geological and Environmental Sciences, Stanford University, Stanford, California 94305-2115, USA
2 Stanford Synchrotron Radiation Laboratory, Stanford, California 94309, USA

**Abstract**—Double hydroxide solids precipitated homogeneously from three laboratory-synthesized aqueous solutions that simulated mildly contaminated surface or groundwater. Over a limited pH range, precipitates formed rapidly from dissolved ions, and more slowly by incorporating ions dissolving from other solids, including highly soluble aluminous solids. The precipitates were characterized by size and shape via transmission electron microscopy (TEM), by composition via inductively coupled plasma-mass spectrometry (ICP-MS) of mother solutions and analytical electron microscopy (AEM) of precipitates, and by structure via powder X-ray diffraction (XRD), TEM, and extended X-ray absorption fine structure (EXAFS) spectroscopy. They were identified as nanocrystalline cobalt hydrotalcite (CoHT) of the form [Co(II)ₙ₋₁Al(III)ₓ(OH)₂]ₓ⁺(A⁻)ₓmH₂O, with x = 0.17–0.25, A = CO₃²⁻, NO₃⁻, or H₂SiO₄⁻, n = anion charge and m undetermined. Complete solid solution may exist at the macroscopic level for the range of stoichiometries reported, but clustering of Co atoms within hydroxide layers indicates a degree of immiscibility at the molecular scale. Composition evolved toward the Co-rich endmember with time for at least one precipitate. The small layer charge in the x = 0.17 precipitate caused anionic interlayers to be incomplete, producing interstratification of hydrotalcite and brucite-like layers. Solubility products estimated from solution measurements for the observed final CoHT stoichiometries suggest that CoHT is less soluble than the inactive forms of Co(OH)₂ and CoCO₃ near neutral pH. Low solubility and rapid formation suggest that CoHT solids may be important sinks for Co in contact with near neutral pH waters. Because hydrotalcite can incorporate a range of transition metals, precipitation of hydrotalcite may be similarly effective for removing other trace metals from natural waters.

**Key Words**—Anionic Clay, Cation Ordering, Coprecipitation, EXAFS, Hydrotalcite, ICP-MS, Solubility Product, TEM, Metal Contamination, Solid Solution, Interstratification.

**INTRODUCTION**

The partitioning of toxic metal ions between solid and solution phases controls metal-ion mobility in the environment. Metal-ion mobility is limited by chemical interactions that adhere metal ions to the surfaces of host minerals. In addition, homogeneous precipitation of metal ions potentially renders them less mobile, if the resulting particles are sufficiently large to resist movement or if they adhere to other host minerals as a surface precipitate. Researchers modeling metal-ion mobility traditionally consider, at most, precipitation of stoichiometric single metal hydroxides and adsorption on existing solid surfaces as routes for solid phase partitioning (Schindler et al., 1987). Solid-solution formation is seldom considered in low temperature calculations, with notable exceptions (Farley et al., 1985; Bruno et al., 1998).

Several laboratory studies of metal ion partitioning identify the precipitation of mixed metal hydroxides known as hydrotalcites as a significant uptake route for metal ions (d’Espinose de la Caillerie et al., 1995; Scheidegger et al., 1997; Towle et al., 1997; Thompson et al., 1999). Although precipitation was shown to be homogeneous in one highly concentrated system (d’Espinose de la Caillerie et al., 1995), it is not known whether hydrotalcites form homogeneously under less concentrated conditions, because they were only detected in association with the bulk solid phase following partial phase separation. The nanoscale size of some hydrotalcites (Yun and Pinnavaia, 1995; Scheidegger et al., 1996; Thompson, 1998) makes the homogeneous vs. heterogeneous distinction important for metal-ion transport. Furthermore, it is currently not possible to consider hydrotalcite precipitation in geochemical modeling of laboratory experiments and field environments, because thermodynamic data have not been determined for hydrotalcites, with few exceptions (Crovisier et al., 1986; Bennett et al., 1992; Boclair and Braterman, 1999; Boclair et al., 1999).

Hydrotalcite-like compounds are composed of positively-charged, trioctahedral hydroxide layers alternating with layers of hydrated anions (Figure 1). Divalent and trivalent metal cations (M(II) and M(III)) occupy the same crystallographic site in the hydroxide layers, resulting in [M(II)ₓ₋₁M(III)ₓ(OH)₂]ₓ⁺(A⁻)ₓmH₂O, with x = 0.17–0.33, n typically 1 or 2, and m highly variable. Hydrotalcites contain a variety of cations, including Mn(II), Fe(II), Co(II), Ni(II), Cu(II), Zn(II), Al(III), Cr(III), Mn(III), Fe(III), Co(III) (Feit-

‡ Present address: Los Alamos National Laboratory, MS D469, Los Alamos, New Mexico 87545, USA.
Figure 1. Structure of hydrotalcite. a) View parallel to (001) showing hydroxide layers (top, middle, and bottom) interlayered with O atoms from hydration water. Each hydroxide layer contains divalent and trivalent metal cations in a 3:1 ratio, respectively. Anions and water hydrogens not shown. b) Two-dimensional representation of a single hydroxide layer, view perpendicular to (001). Assuming a cobalt hydrotalcite composition, Co in black, Al in grey, O in white. Atoms are grouped by distance from the central Co atom using concentric circles, much as neighboring atom information is grouped by distance in the Fourier transform of a Co EXAFS spectrum. With increasing radius, circles join nearest neighbor O atoms (2.1 Å), second neighbor Co1 and Al1 (3.1 Å), more distant Co2 and Al2 (5.3 Å), and most distant (of atoms included in EXAFS data fits) Co3 and Al3 (6.2 Å).

Hydrotalcites are employed as industrial catalysts and catalyst supports for oxidation and condensation reactions (Reichle, 1985), soil remediation (Yun and Pinnavaia, 1995), anion exchange, and medication (Cavani et al., 1991), and therefore have been characterized in the catalysis literature. Catalytic hydrotalcites are synthesized under extreme conditions relative to nature, e.g., high concentrations of constituent ions (0.1 M), high pH (8–11), and high temperature calcination (60–1000°C), and therefore may not be similar to those that would form in nature. Synthesis of hydrotalcites under less extreme conditions was addressed infrequently since Feitknecht (1942).

This study was conducted to determine if hydrotalcite-like phases could precipitate homogeneously from dilute aqueous solutions of Co and Al at ambient temperature and, if so, to characterize the size, structure, composition, and stability of precipitated products. Three precipitates were synthesized from aqueous solutions that differed in ion concentration and pH and were undersaturated with respect to the stable form of Co(OH)₂. Solution composition was varied to examine its effect on product composition and the formation of impurity phases. Precipitated products were characterized by powder X-ray diffraction (XRD), extended X-ray absorption fine structure (EXAFS) spectroscopy, transmission electron microscopy (TEM), and analytical electron microscopy (AEM); dissolved ion concentrations were measured by inductively coupled plasma-mass spectrometry (ICP-MS). Solubility products were estimated from solution data.

MATERIALS AND METHODS

Synthesis

Three precipitates (CoHT-1, CoHT-2, and CoHT-4) were synthesized in air or N₂ boil-off environments from solutions that differed in initial ion concentration, pH, and sequence of ion mixing and pH adjustment, as outlined below and summarized in Table 1. Experiments were conducted at ambient temperature (20–23°C). Solution pH was measured with an Orion Ross Combination electrode calibrated before each use and every two hours during extended use. Experiments extended for hundreds to thousands of hours, and reaction vessels generally remained sealed to minimize evaporation. For experiments conducted in air, sealed vessels also limited equilibration with atmospheric CO₂, as discussed below. Water was treated by a MilliQ ion-exchange system. Experiments used polycarbonate or polypropylene labware and Teflon magnetic stir bars. Reagents never contacted glass labware (other than the electrode), with the exception of an autotitrator with glass burets used during the first 16 h of the CoHT-2 experiment. The onset of precipitation was detected by scattering of HeNe laser light passing through the solution.

COHT-1. This experiment followed the procedure outlined by Taylor (1984) for his experiment #25334 to
ambient-temperature synthesis of cobalt-aluminum hydrotalcites

Table 1. Summary of initial and subsequent experimental conditions. Ion concentrations are based on total experiment volume, i.e., after mixing separate reagent solutions.

<table>
<thead>
<tr>
<th>Experiment</th>
<th>Age1</th>
<th>Env2</th>
<th>pH1</th>
<th>Co1/ [mM]</th>
<th>Al1/ [mM]</th>
<th>Co:Al</th>
<th>Si/ [mM]</th>
<th>Na/ [M]</th>
<th>CO3 added8/ [mM]</th>
<th>Eqm. CO3/ [mM]</th>
<th>NO3/ [M]</th>
</tr>
</thead>
<tbody>
<tr>
<td>CoHT-1</td>
<td>0</td>
<td>Air</td>
<td>6.90</td>
<td>45.0</td>
<td>12,000</td>
<td>3.75</td>
<td>0</td>
<td>0.039</td>
<td>0.0196</td>
<td>—</td>
<td>0.128</td>
</tr>
<tr>
<td>CoHT-1</td>
<td>1063</td>
<td>Air</td>
<td>7.09</td>
<td>6.80</td>
<td>0.04</td>
<td>4.0</td>
<td>0.112</td>
<td>0.0553</td>
<td>0.109</td>
<td>0.142</td>
<td></td>
</tr>
<tr>
<td>CoHT-1</td>
<td>2765</td>
<td>Air</td>
<td>7.12</td>
<td>6.86</td>
<td>0.07</td>
<td>4.1</td>
<td>0.112</td>
<td>0.0553</td>
<td>0.117</td>
<td>0.142</td>
<td></td>
</tr>
<tr>
<td>CoHT-2</td>
<td>0</td>
<td>Air</td>
<td>7.82</td>
<td>1.35</td>
<td>38</td>
<td>09</td>
<td>0.113</td>
<td>0</td>
<td>—</td>
<td>—</td>
<td>0.116</td>
</tr>
<tr>
<td>CoHT-2</td>
<td>983</td>
<td>Air</td>
<td>7.78</td>
<td>1.31</td>
<td>0.03</td>
<td>199</td>
<td>0.113</td>
<td>0</td>
<td>0.406</td>
<td>0.116</td>
<td></td>
</tr>
<tr>
<td>CoHT-2</td>
<td>2687</td>
<td>Air</td>
<td>7.82</td>
<td>1.29</td>
<td>0.05</td>
<td>209</td>
<td>0.113</td>
<td>0</td>
<td>0.445</td>
<td>0.116</td>
<td></td>
</tr>
<tr>
<td>CoHT-4</td>
<td>0 N2</td>
<td>Air</td>
<td>7.82</td>
<td>1.45</td>
<td>63</td>
<td>23</td>
<td>0.111</td>
<td>0</td>
<td>—</td>
<td>—</td>
<td>0.11</td>
</tr>
<tr>
<td>CoHT-4</td>
<td>0.4 N2</td>
<td>Air</td>
<td>7.73</td>
<td>1.20</td>
<td>0.02</td>
<td>78</td>
<td>0.111</td>
<td>0</td>
<td>excluded</td>
<td>0.11</td>
<td></td>
</tr>
<tr>
<td>CoHT-4</td>
<td>33 N2</td>
<td>Air</td>
<td>7.71</td>
<td>1.18</td>
<td>0.02</td>
<td>48</td>
<td>0.111</td>
<td>0</td>
<td>excluded</td>
<td>0.11</td>
<td></td>
</tr>
</tbody>
</table>

1 Sample age is defined relative to the time the target pH was first achieved in a solution containing Co and Al.
2 Synthesis environment.
3 Measured pH.
4 Co, Al, and Si concentrations were measured by ICP-MS.
5 Na, CO3, and NO3 concentrations were calculated, and therefore reflect changes with time owing to titrant additions. Na was calculated from Na2CO3 titrant additions (CoHT-1), and from NaNO3 electrolyte and NaOH titrant additions (CoHT-2 and CoHT-4).
6 "CO3 added" was calculated from Na2CO3 additions (CoHT-1).
7 "Eqm. CO3" was calculated using Hydraql (Papelis et al., 1988) assuming equilibrium with atmospheric carbon dioxide (CoHT-1 and CoHT-2), which required net release of dissolved carbonate from CoHT-1 and net addition of dissolved carbonate to CoHT-2, relative to carbonate added at the outset of experiments.
8 NO3 was calculated from Al(NO3)3, Co(NO3)2, and HNO3 additions (CoHT-1) and additionally NaNO3 but not HNO3 (CoHT-2 and CoHT-4).
9 CoHT-2 silicate was added unintentionally by dissolution of glass burets containing acid and base titrant.

permit comparison with the Ni hydrotalcite he synthesized and characterized. In air, separate 100-mL aqueous solutions of 24 mM Al(NO3)3 and 90 mM Co(NO3)2 were titrated to pH 6.9 with ±1 M Na2CO3. Laser light scattering was apparent in each solution at pH 6.9. The solutions were mixed and pH drifted to lower values for 3–5 h, then to higher values for the remainder of the experiment. Depending on the direction of pH drift, dilute HNO3 or Na2CO3 was added periodically to restore pH to 6.9, with maximum drift of +0.2 to −0.3 pH units. The reaction vessel remained open to air for the first 30 h, after which it was sealed and opened only for sampling and pH measurement.

COHT-2 and COHT-4. These experiments simulated the solution conditions of sorption experiments reported in Thompson (1999) to allow a comparison between homogeneous precipitates and those that form in the presence of minerals. Accordingly, initial Al and Si concentrations approximated those present in the uptake experiments through dissolution of kaolinite, the sorption substrate. Initial Co concentration and pH adjustment history were also adopted from uptake experiments. Cobalt concentrations were considerably more dilute than in the CoHT-1 experiment, and mixing preceded the pH increase. The CoHT-2 experiment was conducted in air, and the CoHT-4 experiment was conducted in a N2-purged glove box.

In the CoHT-2 experiment, 50-mL solutions of 2.7 mM Co(NO3)2 and 75 μM Al(NO3)3, each in 0.1 M NaNO3 with pH pre-adjusted to 4.5, were filtered through a 0.2 μm Nylon syringe filter into a 100-mL polypropylene bottle. Laser light was not scattered by the mixed solution at pH 4.5. For the next 45 min, the solution was titrated with 0.1 M NaOH to pH 7.8, where it was held within ±0.02 pH units. Laser light scattering was apparent by pH 7.0.

In the CoHT-4 experiment, sufficient acidic Al(NO3)3, aqueous Si, and 0.1 M NaNO3 at pH 4.5, were added to a 100-mL polypropylene volumetric flask to achieve a final solution containing 126 μM Al and 266 μM Si in 0.1 M NaNO3. This solution was passed through an 0.2-μm Nylon syringe filter into a 250-mL polycarbonate bottle. The pH of the mixed Al and Si solution was 3.16. After filtering, 100 mL of 2.9 mM aqueous Co(NO3)2 in 0.1 M NaNO3, with pH pre-adjusted to 4.5, was added to the same bottle. The pH for the mixed Al, Si, and Co solution was 3.45, and the solution did not scatter a laser beam. The solution was titrated with 0.1 M NaOH to pH 7.82 over a 1.3 h period. Scattering of the laser beam began at pH = 5.3. Once achieved, pH was maintained within ±0.09 to −0.16 pH units of 7.82 for 674 h (28 d), after which the entire slurry was filtered on a 0.1-μm polycarbonate filter membrane.

Analysis

Samples were collected periodically from each well-mixed experiment. Filtered (0.2 μm Nylon) supernatants were analyzed for dissolved Co, Al, and Si by
Table 2. Logarithms of equilibrium constants (tabulated as \(-\log K_{eq}\)) for formation of aqueous and solid species. Formation reactions (except for Co-Al-silicate solids, see footnote 8) are constructed from H2O and basic components as defined in the program HYDRAQL (Papelis et al., 1988), which include Al3+, H2SiO42-, Co2+, H+, NO3-, CO32-, e.g., Co2+ + 3 H2O ↔ Co(OH)31 + 3 H+; \(-\log K_{eq}^{Co(OH)31} = \log(\text{Co(OH)}_{3}^{1+}) + 3 \log(H^+) - \log(\text{Co}^{2+}) = -31.5\), where { } indicates activity.

### Aqueous species

<table>
<thead>
<tr>
<th>Species</th>
<th>Logarithm</th>
</tr>
</thead>
<tbody>
<tr>
<td>Al(OH)32+</td>
<td>-5.00</td>
</tr>
<tr>
<td>Al(OH)31-</td>
<td>-10.10</td>
</tr>
<tr>
<td>Al(OH)20+</td>
<td>-16.80</td>
</tr>
<tr>
<td>Al(OH)4-1</td>
<td>-22.59</td>
</tr>
<tr>
<td>H2SiO42-</td>
<td>13.09</td>
</tr>
<tr>
<td>H2SiO41-</td>
<td>22.92</td>
</tr>
<tr>
<td>Co2+</td>
<td>4.41</td>
</tr>
<tr>
<td>CoHCO31-</td>
<td>12.53</td>
</tr>
<tr>
<td>Co(CO3)21-</td>
<td>7.46</td>
</tr>
<tr>
<td>CoNO31-</td>
<td>0.20</td>
</tr>
<tr>
<td>Co(NO3)20</td>
<td>0.66</td>
</tr>
<tr>
<td>CoOH1+</td>
<td>-9.65</td>
</tr>
<tr>
<td>Co(OH)30</td>
<td>-18.82</td>
</tr>
<tr>
<td>Co(OH)21-</td>
<td>-31.52</td>
</tr>
<tr>
<td>Co(OH)42-</td>
<td>-46.32</td>
</tr>
<tr>
<td>Co2OH4+</td>
<td>-11.20</td>
</tr>
<tr>
<td>Co2(OH)41-</td>
<td>-30.53</td>
</tr>
</tbody>
</table>

### Solids

<table>
<thead>
<tr>
<th>Species</th>
<th>Logarithm</th>
</tr>
</thead>
<tbody>
<tr>
<td>Gibbsite, Al(OH)3</td>
<td>-8.12</td>
</tr>
<tr>
<td>Amorphous Al(OH)3</td>
<td>-9.66</td>
</tr>
<tr>
<td>Boehmite, AlOOH</td>
<td>-8.00</td>
</tr>
<tr>
<td>Bayerite, Al(OH)3</td>
<td>-9.15</td>
</tr>
<tr>
<td>Halloysite, Al2Si3O7(OH)4</td>
<td>36.76</td>
</tr>
<tr>
<td>Imogolite, Al4Si4O10(OH)4</td>
<td>10.74</td>
</tr>
<tr>
<td>Pyrophyllite, Al2Si4O10(OH)4</td>
<td>92.76</td>
</tr>
<tr>
<td>Al2SiO4(OH)2</td>
<td>40.13</td>
</tr>
<tr>
<td>Silica, Al2Si2O5(OH)4</td>
<td>66.66</td>
</tr>
<tr>
<td>Quartz, SiO2</td>
<td>26.92</td>
</tr>
<tr>
<td>Amorphous SiO2</td>
<td>25.66</td>
</tr>
<tr>
<td>Cobalt, CoCO3</td>
<td>10.12</td>
</tr>
<tr>
<td>Co(OH)2 pink</td>
<td>-12.28</td>
</tr>
<tr>
<td>Co(OH)2 blue</td>
<td>-13.78</td>
</tr>
<tr>
<td>Cobalt-Aluminum</td>
<td></td>
</tr>
</tbody>
</table>

1 Nordstrom and May, 1996.  
2 Baes and Mesmer, 1986.  
3 Zachara et al., 1991.  
4 Smith and Martell, 1997.  
5 Hemingway and Sposito, 1996.  
7 Naumov et al., 1974.  
8 Logarithms of precipitate ion activity products (tabulated as \(-\log Q_{aco}\)) calculated as described in Equations (4) and (5). Equation (5) uses the uncharged aqueous silicate ion instead of the divalent silicate anion in the component set, but the formation constant for the former can be used to convert the equation.

ICP-MS (Hewlett Packard 4500). The Al concentration in many samples was below the detection limit of the instrument (1 ppb or 0.04 μM Al). Calculation of standard error of concentration included error associated with gravimetric measurements (to increase sample volume for analysis) and the standard deviation of ICP-MS measurements. The latter error component was consistently several orders of magnitude greater than the former, based on comparisons of the ratio of the error squared to the value squared. Each error (\(\lambda_{\text{co}}\)) represents a 95% confidence limit for the concentration, and was calculated as:

\[
\lambda_{\text{co}} = \frac{[\text{Co}(\mu\text{M})]}{[\text{Co}(\mu\text{M})]_{\text{meas}}^{2} + \lambda_{\text{icpms}}^{2} + \frac{\lambda_{\text{df}}^{2}}{\text{DF}_{\text{tot}}^{2}}}^{1/2}
\]

where \([\text{Co}(\mu\text{M})]\) is the actual concentration of the analyte, in this case Co; \(\lambda_{\text{icpms}}\) is the error associated with the ICP-MS measurement; \([\text{Co}(\mu\text{M})]_{\text{meas}}\) is the measured concentration of the analyte, before accounting for dilution factors; \(\lambda_{\text{df}}\) is the error associated with dilution, and \(\text{DF}_{\text{tot}}\) is the dilution factor, including all parts of a serial dilution. Also,

\[
\lambda_{\text{icpms}} = \frac{t_{S}}{N^{1/2}}
\]

where \(t\) is a tabulated constant that is a function of the number of measurements made (for \(N = 5, t = 2.78\)); \(S\) is the square root of the variance of the measurements; and \(N\) is the number of independent measurements made, in this case, 5 for each analysis.

For each dilution made, gravimetric measurements were made of the container tare (A), container + sample (B), and container + sample + diluent (C). The dilution factor for each part of the series was calculated as \(\text{DF} = (C - A)/(B - A)\) and its corresponding error, \(\lambda_{\text{df}}\),

\[
\lambda_{\text{df}} = \text{DF} \times \left[\frac{2\lambda_{\text{icpms}}^{2}}{(C - A)^{2}} + \frac{2\lambda_{\text{icpms}}^{2}}{(B - A)^{2}}\right]^{1/2}
\]

where the value of \(\lambda\) depends on the instrument, and in this case was 0.0002 g.

Ion-activity products were calculated from dissolved ion concentrations reported in Table 1 for those samples where Al analyses were reliably obtained. Ion activities were calculated from measured concentrations using the HYDRAQL program (Papelis et al., 1988) and thermodynamic data listed in Table 2. Chemical equilibria for determining the products are developed below.

Samples for powder XRD were collected from experimental suspensions at 73 and 532 h (CoHT-1) and at 674 h (CoHT-4). Samples were filtered and air-dried. Depending on available sample volume, XRD patterns were collected using CuKα radiation on a Siemens diffractometer or an INEL diffractometer using 0.1-mm glass capillary mount in Debye-Scherrer geometry. Due to limited sample volume, we were unable to obtain XRD data for CoHT-2.

TEM specimens were prepared by pipeting a drop of well-mixed suspension onto a holey C film supported by a Cu grid. TEM images and selected area diffraction (SAD) patterns were collected for CoHT-1 (74 d), CoHT-2 (33 d), and CoHT-4 (increasing pH stage and 76 h). AEM of the same specimens provided elemental information. High-resolution TEM
known, including aqueous cobalt monomer \([\text{Co(H}_2\text{O)}_6^{2+}]\) reference structures in which Co speciation is well procedure was tested on experimental EXAFS data from collection of Co metal transmission data downstream. Simultaneous ence structure data were collected in transmission ge-
typically found in hydrotalcites, this approach guar-
structures, including inactive Co(OH)_2 to fit aqueous
unted that all possible ion-neighbor combinations would be represented in the resulting structure. The Co:Al ratio of the Cerius^2 structure in no way influ-
inated coordination numbers resulting from the fit of
EXAFS data.
In addition to individual atom-pair paths, “path
groups” were included in the fit in areas of the spec-
where multiple paths overlapped in frequency space. A “path group” comprises two or more scat-
tering contributions that are treated as a single shell for fitting purposes, and consists of multiple-scattering or combined single and multiple-scattering contribu-
tions. Using path groups has the distinct advantage of reducing the number of shells in a fit, thus potentially reducing the number of variables. Using path groups has the disadvantage of making some information in-
accessible, e.g., the coordination number for a path
group can be a variable in a fit, but its value obscures the individual path coordination numbers. Even if co-
ordination numbers are obscured in a fit using a path
group, qualitative information about the structure and minimum size of the atom cluster remains available. Path groups used here include: 1) MS4, which consists of six three-legged paths involving nearest-neighbor O atoms, 12 four-legged paths involving nearest-neighbor O atoms, and for all except the aqueous reference sample spectrum, eight four-legged paths involving nearest-neighbor O atoms and second-neighbor Co at-
oms (Co1); and 2) MS6, which consists of single scat-
tering from Co3, three- and four-legged linear multiple scattering through Co1 to Co3, and a large number of three-legged, non-linear multiple-scattering paths in-
volving various O atoms. The “Co#” notation (e.g.,
Co1, Co2 . . . ) is explained in the caption for Figure 1.

RESULTS

Size and morphology

Bright-field TEM images of precipitates from aged (>1000 h) CoHT-1 and CoHT-2 suspensions show

raged, micron-sized particles (Figure 2). SAD patterns indicate a polycrystalline material. Dark-field im-
aging techniques, which display only those particles oriented in a particular direction, reveal that the mi-
cron-sized aggregates are composed of nanoscale (2 to
5-nm diameter) particles.

Particle aggregates were not commonly found in im-
ages of CoHT-4 aged in suspension up to 170 h. In-
stead, nanoscale particles were indicated by lattice
fringes that lined the amorphous support web in high-
resolution images (Figure 3). If the spatial extent of a continuous set of lattice fringes corresponds to a single
precipitate particle, then CoHT-4 precipitates are 2–10
nm in diameter after 170 h.

Structure

The CoHT-1 precipitates are isostructural with hy-
drotalcite. The positions and relative intensities of
CoHT-1 powder XRD reflections (Figure 4) match those reported for a crystalline Co-Al hydroxycarbonate, which is isostructural with hydrotalcite (Busca et al., 1992). Rietveld refinement of the CoHT-1 pattern, which has considerable structure out to 150 °2θ, produces lattice parameters of \( a = 3.0752(4) \) and \( c = 22.891(6) \) based on hexagonal \( (R3m) \) symmetry. Powder XRD peaks for CoHT-1 are broadened, consistent with small particle sizes observed by TEM. Rietveld refinement also indicates a considerable amount of strain broadening of peaks, probably owing to inhomogeneities in the sample. Powder XRD patterns for the two CoHT-1 precipitates are indistinguishable, suggesting the precipitate did not change significantly between 73–532 h.

On their own, powder XRD results for CoHT-4 are inconclusive. Attempts to obtain powder XRD data for CoHT-4, by using either a glass capillary or Mylar tape, produced primarily a broad, slightly asymmetric 7.2-Å reflection amidst broader, less intense peaks from the mounting material. The 7.2-Å spacing is smaller by at least 0.3 Å than \( d(003) \) for hydrotalcite-like phases containing nitrate, carbonate, and hydroxide interlayers (Bish, 1980). The few CoHT-4 \( d \)-values from HRTEM images correspond to non-basal diffraction peaks reported for hydrotalcite-like phases (Schutz and Biloen, 1987; Hansen et al., 1994).

EXAFS spectra for the three precipitates suggest that they are locally isostructural with hydrotalcite (Figure 5). Spectral fits (Table 3) include contributions from nearest O atom neighbors, Co1 and Al1 at 3.1 Å, a 4.2-Å multiple-scattering path group (MS4), Co2 at 5.3 Å, and a 6.2-Å single-plus-multiple-scattering path group (MS6). The average Co atom in the precipitates has six O nearest neighbors, four to six Co1 second neighbors with zero to two Al second neighbors at the same distance, two to five Co2 neighbors, and an undetermined but nonzero number of Co3 neighbors. Coordination number and distance information for Co in the precipitates describe the local atomic environment for divalent metals in hydrotalcites. Compared with typical hydrotalcite stoichiometries, small Co2 coordination numbers in the precipitates probably result from small precipitate particles, and small Al coordination numbers are attributable to weak X-ray scattering by Al. The absence of an Al contribution from the CoHT-4 Co1 shell suggests less Al is present in the CoHT-4 precipitate than in the CoHT-1 and CoHT-2 precipitates.
precipitates, resulting in a lower layer charge for CoHT-4.

CoHT-1 precipitates may have Co- and Al-rich domains, rather than local cation ordering driven by Al avoidance (Vucelic et al., 1997) or random cation ordering (Cavani et al., 1991). The symmetry of hydrotalcites requires that the a cell parameter be equal to the cation-cation distance, assuming random ordering of the cations. A larger Co-Co distance (3.10 Å), as found by Co EXAFS for CoHT-1, is consistent with clustering of Co atoms, producing local interatomic distances more similar to pure Co(OH)₂, in which the distance between Co second neighbors is 3.17 Å. In contrast, XRD measures the average lattice parameter (a = 3.0752(4) Å) for the entire (Co,Al) hydroxide structure, and this is influenced by both the Co cluster and the smaller Al(OH)₃-like cluster. Where clustering of similar cations occurs, the XRD-derived value of a is therefore smaller than the cation-cation distance derived from EXAFS spectroscopy. Clustering of Co and Al atoms is also consistent with the strain broadening found by Rietveld refinement of the powder XRD pattern. Differences between the a cell parameter from XRD and the cation-cation distance from EXAFS data were also reported for takovite (Scheidegger et al., 1998), the Ni-Al analog of hydrotalcite, but not for pyroaurite, the Mg-Fe(III) analog (Vucelic et al., 1997). Cation clustering and the associated discrepancy between XRD lattice parameters and EXAFS interatomic distances may be a consequence of strain arising from significant differences in ionic radius between the two cations occupying the hydroxide layers of hydrotalcite-like phases, as for Co(II), r = 0.735 Å and Al(III), r = 0.530 Å; and Ni(II), r = 0.700 Å, and Al(III); but not Mg(II), r = 0.720 Å, and Fe(III), r = 0.645 Å (Shannon and Prewitt, 1969). Without XRD data of high quality for CoHT-2 and CoHT-4, similar analyses cannot be made for those precipitates.

Combined with the XRD and HRTEM data, the EXAFS data suggest that CoHT-4 particles are interstratified hydrotalcites, with hydroxide layers incompletely separated by anionic interlayers. The low hydroxide layer charge requires a low anion content. Because EXAFS spectroscopy provides local information only, it is incapable of distinguishing between the Co environment in an interstratified hydrotalcite and that in a normal hydrotalcite. Interstratification commonly produces XRD d(001) peaks that are broadened and located at an intermediate position between those of the two end-members, as found in XRD patterns of Mn and Ni-containing hydrotalcites with incomplete interlayers (Guerlou-Demourgues et al., 1994) and Ni-Fe hydrotalcites with low layer charge (Refait and Genin, 1997). The basal spacing for hydrotalcite with a complete interlayer is ≥7.5 Å, whereas the corresponding spacing in Co(OH)₂, the nearest end-member, is 4.64 Å (Lotmar and Feitknecht, 1936). The 7.2-Å peak found in the CoHT-4 powder pattern is therefore consistent with incomplete separation of Co and Al-containing hydroxide layers by anionic interlayers in CoHT-4.

**Composition**

Combined data sources indicate an average stoichiometry of 3Co:Al for CoHT-1 and CoHT-2, consistent with other hydrotalcite compositions (Cavani et al., 1991). AEM of aged (>1000 h) CoHT-1 and CoHT-2 precipitates detected two to three Co atoms per Al atom. Cumulative losses of Co and Al from solution (Figures 6 and 7) suggest a bulk solid-phase stoichiometry of 3.3Co:Al for CoHT-1; the CoHT-2 solution data are too noisy for a determination of stoichiometry. Precipitate Co:Al ratios calculated from the magnitude of the lattice parameter a (Brindley and Kikawa, 1979) are 3.3 (CoHT-1) and 3.3–4.1 (CoHT-2), based on tabulated Co(II) and Al(III) radii (Shannon and Prewitt, 1969), a from Rietveld analysis for CoHT-1, and the Co-Co interatomic distance from EXAFS as an alternative measure of a for CoHT-2.

Based on solution data, the bulk solid-phase stoichiometry in the CoHT-4 experiment evolved from two to five Co atoms per Al atom during the 170-h experiment. The change arose from continued Co uptake after dissolved Al was depleted. Cobalt adsorption on precipitate surfaces is consistent with Co uptake without Al uptake, but Co surface adsorption is rapid (Hachiya et al., 1984), in contrast to the gradual uptake observed (Figure 8a). Precipitation of an increasingly Co-rich hydrotalcite, ultimately containing
Table 3. EXAFS spectra fit results and XRD reference data. Coordination number (N), interatomic distance (R), and Debye-Waller disorder parameter ($\sigma^2$) for each shell of atom neighbors; spectrum energy shift in eV relative to FEFF reference ($\Delta E_0$).

<table>
<thead>
<tr>
<th>Sample</th>
<th>Age</th>
<th>N</th>
<th>R (Å)</th>
<th>$\sigma^2$ (Å²)</th>
<th>N</th>
<th>R (Å)</th>
<th>$\sigma^2$ (Å²)</th>
<th>Path</th>
<th>N</th>
</tr>
</thead>
<tbody>
<tr>
<td>CoHT-1</td>
<td>73</td>
<td>6</td>
<td>2.09</td>
<td>0.007</td>
<td>5.4</td>
<td>3.10</td>
<td>0.009</td>
<td>Al^3</td>
<td>0.6</td>
</tr>
<tr>
<td>CoHT-2</td>
<td>16</td>
<td>6</td>
<td>2.10</td>
<td>0.009</td>
<td>4.7</td>
<td>3.10</td>
<td>0.009</td>
<td>Al</td>
<td>1.3</td>
</tr>
<tr>
<td>CoHT-4</td>
<td>451</td>
<td>6</td>
<td>2.10</td>
<td>0.008</td>
<td>4.7</td>
<td>3.11</td>
<td>0.009</td>
<td>Al</td>
<td>1.3</td>
</tr>
<tr>
<td>CoHT-4</td>
<td>674</td>
<td>6</td>
<td>2.08</td>
<td>0.008</td>
<td>5.6</td>
<td>3.11</td>
<td>0.009</td>
<td>MS^4</td>
<td>1.5</td>
</tr>
</tbody>
</table>

Reference

| Co(OH)$_2$ | 6   | 2.10 | 0.006 | 6   | 3.19 | 0.006 |          |     |
| Nepouite^5 | 3   | 2.02 | 0.003 | 6   | 3.07 | 0.005 | Si      | 2   |
| 1          | 2.07 | 0.002 |       |     |      |       |         |     |
| 2          | 2.14 | 0.004 |       |     |      |       |         |     |

XRD

| Cobalt HT^6 |            |            | 3.08 |       |      |          |     |
| HT^7        | 6   | 2.02 | 4     | 3.05 | Al   | 2       |       |
| Pyroaurite^7 | 6   | 2.06 | 4     | 3.11 | Fe   | 2       |       |
| Co(OH)$_2$  | 6   | 2.09 | 6     | 3.17 |      |         |       |

1 MS6 path group, described in the text, which includes Co3. The presence of MS6 shell information indicates that Co2 is likely present, even if not detected.

2 Precipitate age in hours corresponds to time at which sample was harvested from synthesis vessel.

3 The Al contribution is weak, thus Al may be overlooked in the fit, even when Al atoms are present. Co1 coordination numbers of 5 or fewer suggest Al probably occupies one or more positions in the Co1 shell. To include Al, $R_{\text{Co-Al}}$ must be equal to $R_{\text{Co-Co}}$.

4 MS4 path group, described in text. MS4 contribution was included in every fit except CoHT-2, 451 h, but is only shown for CoHT-4 due to space limitations. The MS4 contribution cannot always be discerned because it is strongest in a busy area of the spectrum.

5 For nepouite, Ni is the central absorbing atom and Ni atom neighbors occupy Co positions in the table.

6 Cobalt hydrotalcite.

7 Hydrotalcite (HT) and pyroaurite are Mg-Al and Mg-Fe(III) analogs of the layered double hydroxide structure, respectively. For HT, substitute Mg for Co; for pyroaurite, substitute Mg for Co and Fe(III) for Al relative to CoHT.

Structure references: Co(OH)$_2$ (Lotmar and Feitknecht, 1936); Lizardite/nepouite (Rucklidge and Zussman, 1965); Cobalt hydrotalcite (Busca et al., 1992); Hydrotalcite (Alhnann and Jepsen, 1969); Pyroaurite (Allmann, 1968).

Figure 6. CoHT-1 ion concentrations and bulk solid-phase ion ratios vs. time. Bulk solid-phase ratio is calculated as (cumulative change in dissolved Co)/(cumulative change in dissolved Al). Data were collected at pH 6.9. Error bars are smaller than data symbols, unless shown. Time = 0 is defined as the time at which Co and Al solutions were mixed. Data for Al and Co concentrations plotted at 0.1 h were measured on separate solutions, prior to mixing. All other data were collected post-mixing and are plotted at the appropriate time relative to mixing. Missing Al concentration data indicate concentrations at or below the Al detection limit. Arrows at top indicate times of sample collection for the specified analysis.

Carbonate dominates the CoHT-1 interlayer and probably dominates the CoHT-2 interlayer, consistent with findings that double hydroxides synthesized in air routinely have carbonate interlayers (Bish, 1980). The 20 value (2θ) of the (003) reflection in the CoHT-1 XRD pattern (Figure 4) is consistent with a divalent carbonate interlayer (7.35—7.50 Å). Nitrate interlayers have been assigned to d(003) values between 7.50 Å (Bish, 1980) and 8.35 Å (Miyata, 1983), and therefore cannot be ruled out absolutely for CoHT-1. Carbonate added directly to the CoHT-1 experiment as Na$_2$CO$_3$, five Co atoms per Al atom, more likely accounts for the excess Co uptake. The calculation of mole fraction from lattice parameter, described above, indicates a ratio of 4.1 Co atoms per Al atom for the CoHT-4 precipitate harvested after 674 h. This relatively high Co:Al ratio and therefore low layer charge is consistent with XRD results that indicate an incomplete anionic interlayer. Because Al was depleted from solution well before the Co-rich stoichiometry was achieved, dissolution of the previously formed precipitate was necessary to provide Al for precipitation of the Co-enriched solid; the dissolution-reprecipitation sequence can account for the sluggishness of later-stage Co uptake.
Table 3. Extended.

<table>
<thead>
<tr>
<th>Misc.</th>
<th>Co2</th>
<th>MS6^+</th>
</tr>
</thead>
<tbody>
<tr>
<td>R (Å)</td>
<td>σ^2 (Å^2)</td>
<td>N</td>
</tr>
<tr>
<td>3.10</td>
<td>0.002</td>
<td>3.5</td>
</tr>
<tr>
<td>3.10</td>
<td>0.013</td>
<td>2.3</td>
</tr>
<tr>
<td>3.11</td>
<td>0.014</td>
<td>5.5</td>
</tr>
<tr>
<td>4.20</td>
<td>0.007</td>
<td>6</td>
</tr>
<tr>
<td>3.29</td>
<td>0.004</td>
<td>5.3</td>
</tr>
<tr>
<td>3.08</td>
<td>3.05</td>
<td>4</td>
</tr>
<tr>
<td>3.11</td>
<td>4</td>
<td>5.38</td>
</tr>
<tr>
<td>6</td>
<td>6.35</td>
<td></td>
</tr>
</tbody>
</table>

was ten times that required to fix all Al present in a carbonate-containing hydrotalcite phase, however. In contrast, carbonate was introduced into the CoHT-2 experiment only by diffusion from air. The CoHT-2 reaction vessel was continuously open and stirred for the first 16 h, therefore sufficient carbonate to occupy precipitate interlayers may have dissolved in the experimental solution.

Indirect information suggests that silicate, as monovalent H$_3$SiO$_4$- , occupied the CoHT-4 precipitate interlayer increasingly with time. Possible interlayer anions include only NO$_3$-, OH$^-$, and H$_3$SiO$_4$- or H$_2$SiO$_4^{2-}$ in this system (carbonate was excluded). Based on concentration alone, NO$_3$- should dominate the interlayer. But the dissolved Si concentration decreased with time in an amount equivalent to the layer charge of the precipitate, assuming monovalent silicate uptake (Figure 8b and 8c), and incorporation of silicate into the precipitate is the only plausible explanation. Precipitation of a discrete, Si-containing phase was unlikely, as the system was undersaturated with respect to SiO$_2$ polymorphs and all silicates for which there are known solubility products. Furthermore, the EX-AFS spectrum of the precipitate indicates a short-range Co environment that is distinctly different from the Ni environment in nepouite (Table 3). Therefore, silicate is the dominant interlayer anion in CoHT-4 precipitates. Because H$_3$SiO$_4$- is much more abundant than H$_2$SiO$_4^{2-}$ under experimental conditions and the former does not readily deprotonate, interlayer silicate should be in the form of H$_3$SiO$_4$-, rather than H$_2$SiO$_4^{2-}$. In CoHT-4, silicate anions do not form continuous interlayers, rather, hydroxide layers are collapsed together in some areas, as discussed above.

Solubility product

The compositional and structural information suggest the following precipitate stoichiometries:

Co$_{0.75}$Al$_{0.25}$(OH)$_2$(CO$_3$)$_{0.125}$ (CoHT-1 and CoHT-2) and Co$_{0.83}$Al$_{0.17}$(OH)$_2$(H$_3$SiO$_4$)$_{0.17}$ (CoHT-4). The Co:Al stoichiometry of CoHT-1 and CoHT-2 is an average of values from AEM, solution, and crystallographic data. The Co:Al stoichiometry of CoHT-4 is derived from late-stage solution data. We assumed a homogeneous interlayer occupied by water and the anion for which we have the strongest evidence (CO$_3^{2-}$ in CoHT-1 and CoHT-2, H$_3$SiO$_4$- in CoHT-4). Because interlayer anion identities were determined indirectly, we cannot rule out a mixture of anions in the interlayer. Anion stoichiometry was fixed to $x/n$, where $x$ is Al mole fraction and $n$ is anion charge. Hydroxide-ion stoichiometry was used to balance the formula. From reaction equilibria

$$Co_{0.75}Al_{0.25}(OH)_2(CO_3)_{0.125}(s) + 2H^+(aq) \leftrightarrow 0.75Co^{2+}(aq) + 0.25Al^{3+}(aq) + 0.125CO_3^{2-}(aq) + 2H_2O$$

(4)

for CoHT-1 and CoHT-2, and

$$Co_{0.83}Al_{0.17}(OH)_2(H_3SiO_4)_{0.17}(s) + 2.17H^+(aq) \leftrightarrow 0.83Co^{2+}(aq) + 0.17Al^{3+}(aq) + 0.17Si(OH)_4^{2-}(aq) + 2H_2O$$

(5)

for CoHT-4, ion activity products (Q$_{aq}$) were calculated from solution data (Table 2). Unchanging cobalt concentrations and ion-activity products indicate an apparent steady state was achieved late in the CoHT-1 and CoHT-2 experiments, suggesting those ion-activity products may approximate equilibrium solubility products. Cobalt concentrations did not stabilize in the much shorter CoHT-4 experiment, therefore the ion-
Figure 7. CoHT-2 ion concentrations and bulk solid-phase ion ratios vs. time. (a) dissolved Co, (b) dissolved Al and Si, and (c) bulk solid-phase Co:Al ratio, calculated as described in Figure 6 caption. Solution pH increased with time, with vertical dashed lines separating regions of pH 4.5, increasing pH, and pH 7.8 from left to right. Error bars are smaller than data symbols, unless shown. Time = 0 is defined as the time at which pH 7.8 was first achieved in the mixed solution. Data plotted at 0.05 h were collected from separate Co and Al solutions prior to mixing, those plotted at 0.1 h were collected just after mixing, and those plotted at 0.6 h were collected at pH 7.1 while pH was increasing. All other data were collected at pH 7.8 and are plotted at the appropriate time relative to achieving pH 7.8. Missing Al concentration data indicate concentrations at or below the Al detection limit. Arrows at top indicate times of sample collection for the specified analysis.

activity products reported for CoHT-4 are not equilibrium solubility products. Decreasing Co concentrations in the CoHT-4 experiment suggest the CoHT-4 equilibrium solubility product \( K_{sp} \) is smaller than the absolute value of CoHT-4 ion-activity products \( Q_{eq} \) reported in Table 2.

Possible impurity phases

Using solubility and ion-activity products reported in Table 2, we calculated the saturation state of the solutions at each stage of the experiments. Under final pH conditions, Co hydrotalcite phases are the only stable solids. Prior to mixing, however, separate CoHT-1 solutions were highly supersaturated with respect to CoCO\(_3\) and amorphous Al(OH)\(_3\). Precipitation in each solution was verified with laser scattering, and the low early Co:Al uptake ratios suggest that much more Al(OH)\(_3\) formed than CoCO\(_3\). Dissolution of these phases necessarily preceded CoHT precipitation in CoHT-1. The CoHT-2 and CoHT-4 solutions also reached supersaturation with respect to Al(OH)\(_3\) phases as pH was increased: the CoHT-4 solution was supersaturated with respect to amorphous Al(OH)\(_3\), which precipitates rapidly (Hemingway and Sposito, 1996), and several crystalline Al(OH)\(_3\) phases, but the CoHT-2 solution only exceeded saturation with respect to the less soluble, crystalline forms of Al(OH)\(_3\). Aluminum hydroxide precipitation probably caused the laser scattering that was observed at pH 5.3 in CoHT-4, consistent with early Co:Al uptake ratios that are lower than later ratios, but the Al(OH)\(_3\) precipitate dissolved a short time later to allow CoHT precipitation. Laser scattering at pH 7, but not lower, in CoHT-2 may be evidence for CoHT precipitation without prior Al(OH)\(_3\) precipitation.

Reaction rates

Qualitative information on reaction rates is derived from ion-loss rates and EXAFS data. In CoHT-2 and CoHT-4 experiments, Co and Al were removed from solution in quantities consistent with CoHT precipitation within the first hour. In a separate experiment, X-ray absorption near-edge spectra collected in real time from an experiment identical to that in which CoHT-2 was produced indicate the formation of a hydrotalcite-like local Co environment within two hours (Thompson, unpublished). These data suggest that CoHT precipitation from dissolved reactants occurs on the time scale of minutes. In contrast, CoHT-1 ion loss took longer to achieve the hydrotalcite ratio (average 3Co:Al). Because ion mixing followed pH adjustment in the CoHT-1 experiment, Al(OH)\(_3\) and CoCO\(_3\) impurity phases formed, making Al and Co release by dissolution the rate-limiting steps for CoHT formation. Dissolution of CoHT formed early in the CoHT-4 ex-
Experiment similarly limited subsequent precipitation of the Co-enriched hydrotalcite.

**DISCUSSION**

Cobalt hydrotalcites precipitated homogeneously in the experiments, and have the general form 
\[ [\text{Co(II)}_{x} \text{Al(III)}_{y} (\text{OH})_{z}]^{+} (\text{A}^{x-})_{m/2} \cdot m\text{H}_{2}\text{O}, \]
with \( x = 0.17 \) to 0.25, \( n = 1 \) or 2, and \( m \) undetermined. Monovalent silicate ions (\( \text{A} = \text{H}_{2}\text{SiO}_{4}^{-} \)) occupy the CoHT-4 interlayer, whereas divalent carbonate ions (\( \text{A} = \text{CO}_{3}^{2-} \)) occupy the interlayers of CoHT-1 and CoHT-2. The mole fraction of Al in the precipitate is independent of the mole fraction of Al in the system, but depends on solution composition through interlayer anion charge. For example, the CoHT-4 precipitate has a smaller Al mole fraction (0.17) than the CoHT-2 precipitate (0.25). Both were precipitated from solutions containing similar concentrations of Co and Al, but divalent carbonate in CoHT-2 effectively balanced the layer charge attributable to Al (Miyata, 1983), whereas the absence of divalent anions in CoHT-4 probably promoted the lower Al mole fraction.

Precipitate stoichiometries were established for each experiment to estimate solubility products, but hydrotalcite compounds may, in fact, behave as a solid-solution series of 
\[ [\text{Co(II)}_{x} \text{Al(III)}_{y} (\text{OH})_{z}]^{+} (\text{A}^{x-})_{m/2} \cdot m\text{H}_{2}\text{O}. \]
Although the structures of Co(OH)\(_2\) and gibbsite [Al(OH)\(_3\)] are similar, their cell parameters differ considerably, therefore it is not surprising that the range of hydrotalcite stoichiometries does not extend between these two more distant end-members (Navrotsky, 1994). Based on this study alone, the compositional range for complete solid solution is limited to \( 0.17 < x \leq 0.25 \), but hydroxide layer collapse occurred for \( x = 0.17 \) and clustering of similar cations occurred in at least one CoHT. Solid-solution behavior may therefore be complete only on a macroscopic scale, whereas molecular-scale inhomogeneities may be present for all CoHT stoichiometries. Alternatively, 
\[ [\text{Co(II)}_{x} \text{Al(III)}_{y} (\text{OH})_{z}]^{+} (\text{A}^{x-})_{m/2} \cdot m\text{H}_{2}\text{O} \]
may not be a solid-solution series at all, but a family of distinct compounds. In either case, our results suggest that CoHT can have a variable Co(II):Al(III) stoichiometry.

Variable stoichiometry has two important implications. First, although a single final stoichiometry was assumed for each experiment, the probability of a broader range of stoichiometries indicates that our solubility products are only approximations when applied to a range of solution compositions. Second, stability varies with stoichiometry. It follows from Equations (4) and (5) that for a fixed system Co concentration, the most stable CoHT stoichiometry varies with pH. Conversely, for fixed pH, the most stable stoichiometry varies with Co concentration.

Cobalt hydrotalcites formed from ions from several sources: dissolved Co, Co from CoCO\(_3\) (CoHT-1 only), and Co from CoHT formed earlier; dissolved Al, Al from Al(OH)\(_3\), and Al from CoHT formed earlier. Precipitation directly from dissolved ions was rapid, whereas precipitation via a solid phase was slow. Protons were released in each case, as illustrated by the following net reactions:
Ferric iron-containing hydrotalcites may provide an additional sink for Co(II) and other divalent metals released into the environment (Cavani et al., 1991). Mn(II)-Fe(III) and Ni(II)-Fe(III) double hydroxides were found as coatings on river sediments (Subramanian, 1973). By analogy with Al, low Fe(III) solubility near neutral pH suggests that the rate of Fe(III) mineral dissolution will limit divalent metal uptake rates by Fe(III)-containing hydrotalcite precipitation. Indeed, laboratory experiments conducted over one year showed evidence at elevated pH for the gradual conversion of ferrihydrite to pyroaurite, the Mg-Fe(III) hydrotalcite analog (Baltpurvins et al., 1997).

Finally, the small particle size of the CoHT precipitates raises the issue of contaminant mobility. Because individual crystallites fit the size definition of a colloid, hydrotalcite particles might be transported as suspended matter at total metal concentrations exceeding hydrotalcite solubility in water. We see evidence for aggregation of nanoscale precipitate particles after hundreds of hours in the precipitation experiments, and this might retard transport, if transport time scales are longer than aggregation time scales.

CONCLUSIONS

Cobalt hydrotalcite (CoHT) precipitated from dilute aqueous solutions with an apparent range of stoichiometries described by \([\text{Co}^{2+}_{x} \text{Al}^{3+}_{1-x} \text{OH}_{2-} \text{A}^{n-}_{x/2}]^{(x-n)/2} \text{H}_{2} \text{O}\), with \(x = 0.17-0.25\) and \(A = \text{CO}_{3}^{2-}, \text{NO}_{3}^{-}, \text{or HSiO}_{4}^{-}\). The value of \(x\) is dictated more by the anion (A) than by the mole fraction of Al in the mother solution. The amount of CoHT precipitated was limited by total Al in solution, however. Over the range of \(x\) values observed, the precipitates behaved as a solid solution from the standpoint of macroscopic composition, but molecular scale inhomogeneities were apparent. Cobalt ions clustered together in at least one CoHT product, instead of distributing evenly throughout hydroxide layers. For \(x = 0.17\), interlayer anion content was insufficient to separate all hydroxide layers, resulting in interstratification of hydrotalcite layers that contain anion interlayers with brucite-like layers that lack interlayers. Cobalt hydrotalcite is the dominant stable phase over a narrow, near-neutral pH range for solutions containing approximately millimolar Co and micromolar Al concentrations. In that pH range, CoHT forms at the expense of poorly ordered aluminum hydroxide. At lower pH, Al is more stable as Al(OH)$_3$ and Co remains in solution or sorbs to solids. At higher pH, Co is more stable as a pure hydroxide or carbonate solid. The narrow stability range combined with nanoscale particle sizes may explain why hydrotalcite phases are infrequently observed in nature.

ACKNOWLEDGMENTS

We thank C. Echer and Y.-C. Wang for conducting TEM analyses at NCEM, LBNL and S. Chipera for the CoHT-4 analyses.
Ambient-temperature synthesis of cobalt-aluminum hydrotalcites

437


Feitknecht, W. (1942) Über die bildung von doppelhydroxy-

den zwischen zwei- und dreiwertigen metallen. *Helvetic

a Quimica*, 25, 555-564.

George, G.N. and Pickering, L.J. (1995) EXAFSPAK: A suite of

computer programs for analysis of x-ray absorption

spectra. Stanford Synchrotron Radiation Laboratory, Stan-

ford, 63 pp.


Crystal chemistry and physical characterization. *Journal of

Power Sources*, 52, 269–274.


Hansen, H.C.B., Kock, C.B., and Taylor, R.M. (1994) Synthesis and characterization of cobalt(II)-iron(III) hydroxide carbonate, a layered double hydroxide belonging to the pyro-


Miyata, S. (1983) Anion-exchange properties of hydrotalcite-


Abiotic selenium redox transformations in the presence of


A program for the computation of chemical equilibrium composition of aqueous batch systems including surface-

complexation modeling of ion adsorption at the oxide/solu-


Reichle, W.T. (1985) Catalytic reactions by thermally acti-

vated, synthetic, anionic-clay minerals. *Journal of Catal-

ysis*, 94, 547–557.


...


(Received 11 August 1998; accepted 10 December 1998; Ms. 98-106)